Optimizing Hydrophobicity and Photocatalytic Activity of PDMS-Coated Titanium Dioxide

Jie Liu,† Lijun Ye,‡ Sanghyuk Wooh,† Michael Kappl,† Werner Steffen,†* and Hans-Jürgen Butt*†

Max Planck Institute for Polymer Research, Ackermannweg 10, D-55128, Mainz, Germany

ABSTRACT: Polydimethylsiloxane (PDMS) can be linked to the surface of metal-oxide photocatalysts by immersion and UV illumination. The surfaces become hydrophobic and keep their hydrophobicity even under extended UV exposure. Titanium dioxide (TiO₂) is a prominent example of a metal-oxide photocatalyst. Here, we studied the influence of a grafted PDMS layer on the photocatalytic activity and wetting properties of TiO₂. By varying the molecular weight of PDMS, we controlled the thickness of the polymer layer from 0.6 to 5.5 nm. We recommend a PDMS molecular weight of 6.0 kDa. It leads to a grafted PDMS layer thickness of 2.2 nm, a receding contact angle of 94°, a low contact angle hysteresis of 9°, and the layer is still photocatalytically active.

KEYWORDS: hydrophobic, photocatalytic, wetting, grafted PDMS layer, titanium dioxide

INTRODUCTION

Designing and creating active, robust, and inexpensive catalysts is the basis for practical applications of catalysis.¹,² Metal-oxide photocatalysts are one category in the family of catalysts that are broadly applied in both scientific research and industry, from water and air purification to anti-biofouling, water splitting, and organic synthesis.³⁻⁶ In semiconducting metal-oxide photocatalysis, light generates electron–hole pairs, which are responsible for the catalytic effect.⁷ To make a catalyst more effective, its inner composition and interfacial properties need to be controlled.⁸⁻¹⁰ Metal/metal-oxide hybrids have been developed to spatially separate charges within the nanoscale photocatalysts.⁸,⁹ Specific wetting property of the catalyst surface is also designed to enhance the compatibility of the catalyst to solvent.¹⁰⁻¹³

When catalysts possess a hydrophobic surface and when they have the appropriate surface nanostructure and microstructure, they become superhydrophobic. Superhydrophobic catalysts were discovered to have enhanced catalytic activity when introducing an air layer between the catalyst and liquid.³,¹⁴ The charges from the reacting interface are transferred fast to radicals by acceptors such as oxygen.³,¹⁵⁻¹⁷ Enough oxygen in the air layer can effectively capture electrons and form radicals, thus minimizing the electron–hole recombination.¹⁸,¹⁹ These tri-phase (air–liquid–solid) catalytic systems demonstrate higher photocatalytic activity than conventional liquid/solid di-phase systems.

Two issues need to be considered in designing hydrophobic catalysts: (i) the organic coating is exposed to charges and radicals.²⁰,²¹ As a result, the surface hydrophobicity decreases due to chemical degradation.²²⁻²⁴ (ii) The blocking effect of the hydrophobic coating on the transfer of the charges and radicals from the catalyst’s surface to reactants decreases the catalytic effect. Therefore, it is still a challenge to combine robust hydrophobicity with high catalytic activity.

Wooh et al.²⁵ found that metal-oxide photocatalysts can be coated with stable polydimethylsiloxane (PDMS) “brush” by simply immersing the photocatalyst in a melt or solution of PDMS and shining UV light. Here, we use the term “grafted polymer layer” because individual chains may have more than one anchor point on the surface. Photocatalysts, which are functionalized in this way, retain their hydrophobicity even under strong UV light illumination (5 ± 0.5 mW/cm²) for more than 30 h. These grafted PDMS layers resist charge and radical degradation under both UV light and catalysis. The question arises to which degree such grafted PDMS layers block the photocatalytic activity. PDMS layers exceeding a certain thickness may hinder the formation of radicals or the transfer of electrons to the water, finally stopping catalysis.

Here, we graft PDMS layers to titanium dioxide (TiO₂) surfaces to investigate the influence of layer thickness, H, on the photocatalytic activity. The aim is to provide scientific guidance to optimize the photocatalytic activity while at the same time keeping hydrophobicity. The thickness of the grafted PDMS layer is regulated by the molecular weight Mₘ of the PDMS.

EXPERIMENTAL SECTION

Preparation of Substrates. Aqueous solution of TiCl₄ (0.1 M) was spin-coated (4000 rpm, 40 s) onto an oxygen plasma-modified glass or silicon wafer. By annealing at 500 °C for 30 min, the TiCl₄ precursor was hydrolyzed to form thin TiO₂ layers with a thickness of ~6 nm. Mesoporous TiO₂ films were prepared by the deposition of TiO₂ pastes (18NR-T and WEB2-O) onto glass substrates (22 × 22 cm²) using the doctor blade method.²⁶ The coated pastes were sintered at 500 °C for 30 min to remove the organic moieties.

Received: April 29, 2019
Accepted: July 9, 2019
Published: July 9, 2019

* DOI: 10.1021/acsami.9b07490
ACS Appl. Mater. Interfaces 2019, 11, 27422–27425
ACS Appl. Mater. Interfaces www.acsami.org
Grafting PDMS onto the TiO₂ Film. Trimethylsiloxy-terminated PDMS was grafted to the TiO₂ surfaces as shown in Figure 1A.

Figure 1. Contact angle and morphology of grafted PDMS layer. (A) Schematic of PDMS grafting reaction on the TiO₂ surface. A top-down method was applied that PDMS could be directly grafted onto the surface via UV illumination through the formation of Si–O–Ti bonds. (B) Contact angles of water droplets (5 μL) on a bare TiO₂ surface (left) and TiO₂ coated with 2.2 nm (M_w: 6.0 kDa, middle) and 4.0 nm (M_w: 17.3 kDa, right) PDMS. AFM images taken with tapping mode show the morphologies of the corresponding surfaces.

Therefore, the samples were immersed in PDMS under UV illumination (wavelength: 315–380 nm; light source: LQ-400, Dr. Gröbel UV-Elektronik GmbH, UV light intensity: 2.6 mW/cm²) for 1 h. The light intensity was measured using an UV radiometer sensor (RM-12 with UV-A (315–380 nm), Dr. Gröbel UV-Elektronik GmbH). After illumination, free PDMS was thoroughly washed away with toluene, n-hexane, and tetrahydrofuran. PDMS grafted in this way to TiO₂ cannot be rinsed off again even under extensive washing in toluene or hexane for 30 min. Therefore, we assume that a covalent bond is formed.

Characterization of the Grafted PDMS Layer on the TiO₂-Covered Surface. The morphology of the grafted PDMS layer on the TiO₂-covered glass was characterized using tapping mode of atomic force microscopy (AFM, Multimode TUNA/Torsion). The wetting properties of the surfaces were investigated using a contact angle detector equipped with a side camera (IDS uEye camera) and a goniometer. The thickness of the grafted PDMS layer on TiO₂-covered silicon wafer was measured by ellipsometry (NanoFilm surface analysis EP3, 532 nm, 50 mW).

Measurement of the Photocatalytic Effect. To measure the photocatalytic efficiency, we monitored the degradation of 3 mL fluorescent dye ATTO 488 (concentration 1 μg/mL) by PDMS-modified surfaces in aqueous solution after being illuminated by UV light for different times. The intensity of the UV light was controlled by the distance between the light source and surface. To inhibit the evaporation of water during long-time illumination, the samples were placed in closed chambers with quartz glass caps (thickness 170 μm).

■ RESULTS AND DISCUSSION

When TiO₂ was modified with PDMS, the static contact angles of water change from 63° ± 1° to 103° ± 1° for M_w = 6.0 and 17.3 kDa (Figure 1B). The morphologies of TiO₂ surfaces grafted with PDMS of different layer thicknesses were characterized by AFM with tapping mode. The TiO₂ layer on-top has a very low roughness of around 0.11 nm. The roughness changes little when grafted with PDMS layers of different thicknesses. The low roughness of surfaces guarantees that all surfaces have a similar contact area between water and substrate.

The advancing and receding contact angles of water on grafted PDMS layers demonstrate a close relationship to UV illumination time (Figure 2). The contact angle hysteresis decreases from ≈21° to ≈9° when the reaction time was extended from 5 to 20 min. Advancing (Θ_a), receding (Θ_r) contact angles and contact angle hysteresis (Θ_a – Θ_r) almost keep unchanged when the reaction time exceeded 20 min (UV intensity: 2.6 mW/cm²). The unique droplet dewetting performance of the PDMS layer is considered to be related to the high mobility of the chains.

The PDMS layer thickness increases with the molecular weight. It could be controlled to be 0.6, 2.2, 4.0, and 5.5 nm, respectively (Figure 3A), with M_w of 1.3, 6.0, 17.3, and 28.0 kDa. When plotting the PDMS layer thickness versus the molecular weight in a log–log plot, roughly a straight line with a slope around 0.66 ± 0.3 was obtained. We can determine the grafting density by σ = (HρN_A)/M_w where ρ is the bulk density of PDMS.

Figure 2. Wetting property of grafted PDMS layer on TiO₂ surfaces. Advancing (Θ_a), receding (Θ_r) contact angles and contact angle hysteresis (Θ_a – Θ_r) of surfaces with different exposure times to UV during the grafting process. M_w = 6.0 kDa.

Figure 3. Evolution of wetting property with PDMS layer thickness. (A) Thickness of the grafted PDMS layer on the TiO₂ surface as a function of the molecular weight (reaction time: 1 h, UV intensity: 2.6 mW/cm²). (B) Contact angles of water on grafted PDMS layers on TiO₂ for different layer thickness H.
The advancing and receding contact angles increases with the thickness of the PDMS layer (Figure 3B). Starting with a thickness of 2.2 nm, they saturate at $\Theta_a = 103^\circ$ and $\Theta_r = 94^\circ$. At the same time, contact angle hysteresis decreases from 15° when $H < 2.2$ nm to $\approx 9^\circ$ for $H \geq 2.2$ nm. Thus, a PDMS layer of 0.6 nm thickness is not sufficient to repel water. The grafted PDMS layer blocks the contact with water when $H \geq 2.2$ nm.

To measure the photocatalytic efficiency, we monitored the degradation of the fluorescent dye ATTO 488 (concentration 1 $\mu$g/mL) by PDMS-modified porous TiO2 surfaces (Figure 5A) in aqueous solution. Figure 5B shows that the porous TiO2 surfaces was superhydrophobic and the contact angle of 5 ° water droplet was around 160° when the surfaces were modified with a PDMS layer. As shown in Figure 5C, when the surface was modified with a PDMS layer of $H = 2.2$ nm, the photocatalytic activity of the surface was enhanced comparing to the bare TiO2. In contrast, the surface modified with a PDMS layer of $H = 5.5$ nm demonstrated very low photocatalytic activity, indicating blocking of the photocatalytic activity by the thick PDMS layer.

**CONCLUSIONS**

In conclusion, we recommend a PDMS molecular weight of 5−15 kDa. It leads to a grafted PDMS layer thickness of 2−4 nm. In that range, the surfaces are already hydrophobic, possess low contact angle hysteresis, and still show significant photocatalytic activity. The photocatalytic activity is enhanced for the superhydrophobic TiO2 with a PDMS layer of 2.2 nm.
comparing with bare TiO2. The PDMS layer reduces the photocatalytic activity of the superhydrophobic TiO2 when it is thicker than 5 nm. Our work will be helpful to develop guidelines for modifying catalyst surfaces with hydrophobic properties and simultaneously maintain high catalytic activity.

■ AUTHOR INFORMATION

Corresponding Authors
*E-mail: steffen@mpip-mainz.mpg.de (W.S.).
*E-mail: butt@mpip-mainz.mpg.de (H.-J.B.).

ORCID

Jie Liu: 0000-0002-0014-5635
Lijun Ye: 0000-0002-9760-9263
Sanghyuk Wooh: 0000-0002-6535-370X
Michael Kappl: 0000-0001-7335-1707
Werner Steffen: 0000-0001-6540-0660
Hans-Jürgen Butt: 0000-0001-5391-2618

Present Address
1School of Chemical Engineering & Materials Science, Chung-Ang University, 84 Heukseok-ro, Dongjak-gu, Seoul, 06974, Korea.

Author Contributions
The manuscript was written through contributions of all authors. All authors have given approval to the final version of the manuscript.

Notes
The authors declare no competing financial interest.

■ ACKNOWLEDGMENTS
The authors are grateful for the financial support from the ERC advanced grant 340391 SUPRO (H.-J.B.).

■ REFERENCES

(1) Gong, J.; Bao, X. Fundamental Insights into Interfacial Catalysis. Chem. Soc. Rev. 2017, 46, 1770–1771.
(2) Friend, C.; Xu, B. Heterogeneous Catalysis: A Central Science for a Sustainable Future. Acc. Chem. Res. 2015, 50, 517–521.
(3) Sheng, X.; Liu, Z.; Zeng, R.; Chen, L.; Feng, X.; Jiang, L. Enhanced Photocatalytic Reaction at Air-Liquid-Solid Joint Interfaces. J. Am. Chem. Soc. 2017, 139, 12402–12405.
(4) Hofmann, M. R.; Martin, S. T.; Choi, W.; Bahnemann, D. W. Environmental Applications of Semiconductor Photocatalysis. Chem. Rev. 1995, 95, 69–96.
(5) Liu, C.; Kong, D.; Hsu, P. C.; Yuan, H.; Lee, H. W.; Liu, Y.; Wang, H.; Wang, S.; Yan, K.; Lin, D. Water Disinfection using Dendrimer Aligned MoS2 Nanofilms and Visible Light. Nat. Nanotechnol. 2016, 11, 1098–1104.
(6) Zang, D.; Yi, H.; Gu, Z.; Chen, L.; Han, D.; Guo, X.; Wang, S.; Liu, M.; Jiang, L. Interfacial Engineering of Hierarchically Porous NiTi/Hydrogels Nanocomposites with Exceptional Antifouling Surfaces. Adv. Mater. 2017, 29, 1602869.
(7) Szöke, M.; Ng, K. K. Physics of Semiconductor Devices; John wiley & sons, 2006.
(8) He, W.; Kim, H. K.; Wamer, W. G.; Melka, D.; Callahan, J. H.; Yin, J.-J. Photogenerated Charge Carriers and Reactive Oxygen Species in ZnO/Au Hybrid Nanostructures with Enhanced Photocatalytic and Antibacterial Activity. J. Am. Chem. Soc. 2013, 136, 750–757.
(9) Tsukamoto, D.; Shiraiishi, Y.; Sugano, Y.; Ichikawa, S.; Tanaka, S.; Hirai, T. Gold Nanoparticles Located at the Interface of Anatase/Rutile TiO2 Particles as Active Plasmonic Photocatalysts for Aerobic Oxidation. J. Am. Chem. Soc. 2012, 134, 6309–6315.
(10) Lee, J. H.; Park, E. J.; Kim, D. H.; Jeong, M.-G.; Kim, Y. D. Superhydrophobic Surfaces with Photocatalytic Activity under UV and Visible Light Irradiation. Catal. Today 2016, 260, 32–38.
(11) Nakata, K.; Sakai, M.; Liu, B.; Ochiai, T.; Murakami, T.; Fujishima, A. Repeatable Wettability Conversion between Hydrophobic and Superhydrophobic States on Nonwoven Fabrics Based on Electrospun TiO2-Poly(dimethylsiloxane) Fibers. Chem. Lett. 2012, 41, 735–737.
(12) Deng, Z.-Y.; Wang, W.; Mao, L.-H.; Wang, C.-F.; Chen, S. Versatile Superhydrophobic and Photocatalytic Films Generated from TiO2-SiO2@PDMS and their Applications on Fabrics. J. Mater. Chem. A 2014, 2, 4178–4184.
(13) Xu, F.; Tan, W.; Liu, H.; Li, D.; Li, Y.; Wang, M. Immobilization of PDMS-SiO2-TiO2 Composite for the Photocatalytic Degradation of Dye AO-7. Water Sci. Technol. 2016, 74, 1680–1688.
(14) Liu, J.; Chen, G.; Zhu, Y.; Liang, Z.; Pei, A.; Wu, C.-L.; Wang, H.; Lee, H. R.; Liu, K.; Chu, S.; Cui, Y. Efficient Electrocatalytic CO2 Reduction on a Three-Phase Interface. Nat. Catal. 2018, 1, 592–600.
(15) Yang, H.-C.; Xie, Y.; Hou, J.; Cheetham, A. K.; Chen, V.; Darling, S. B. Janus Membranes: Creating Asymmetry for Energy Efficiency. Adv. Mater. 2018, 30, 1801495.
(16) Wei, H.; Wang, F.; Qian, X.; Li, S.; Hu, Z.; Sun, H.; Zhu, Z.; Liang, W.; Ma, C.; Li, A. Superhydrophobic Fluorine-Rich Conjugated Microporous Polymers Monolithic Nanofoam with Excellent Heat Insulation Property. Chem. Eng. J. 2018, 351, 856–866.
(17) Chen, L.; Sheng, X.; Wang, D.; Liu, J.; Sun, R.; Jiang, L.; Feng, X. High-Performance Triphase Bi-Photoelectrochemical Assembly System Based on Superhydrophobic Substrate-Supported TiO2 Nanowire Arrays. Adv. Funct. Mater. 2018, 28, 1801483.
(18) Gerischer, H.; Heller, A. The Role of Oxygen in Photooxidation of Organic Molecules on Semiconductor Particles. J. Phys. Chem. 1991, 95, 5261–5267.
(19) Zariq, M. H.; Farsinehizadh, S.; Daneshmand, M.; Shankar, K. Selective Microwave Sensors Exploiting the Interaction of Analytes with Trap States in TiO2 Nanotube Arrays. Nanoscale 2016, 8, 7466–7473.
(20) Konaka, R.; Kasahara, E.; Dunlap, W. C.; Yamamoto, Y.; Chien, K. C.; Inoue, M. Irradiation of Titanium Dioxide Generates both Singlet Oxygen and Superoxide Anion. Free Radical Biol. Med. 1999, 27, 294–300.
(21) Sun, L.; Bolton, J. R. Determination of the Quantum Yield for the Photochemical Generation of Hydroxyl Radicals in TiO2 Suspensions. J. Phys. Chem. 1996, 100, 4127–4134.
(22) Wang, R.; Hashimoto, K.; Fujishima, A.; Chikuni, M.; Kojima, E.; Kitamura, A.; Shimohigoshi, M.; Watanabe, T. Light-Induced Amphiphilic Surfaces. Nature 1997, 388, 431–432.
(23) Zhang, X.; Jin, M.; Liu, Z.; Nishimoto, S.; Saito, H.; Murakami, T.; Fujishima, A. Preparation and Photocatalytic Wettability Conversion of TiO2-Based Superhydrophobic Surfaces. Langmuir 2006, 22, 9477–9479.
(24) Lai, Y.; Huang, J.; Cui, Z.; Ge, M.; Zhang, K.-Q.; Chen, Z.; Chi, L. Recent Advances in TiO2-Based Nanostructured Surfaces with Controllable Wettability and Adhesion. Small 2016, 12, 2203–2224.
(25) Woh, S.; Encinas, N.; Vollmer, D.; Butt, H.-J. Stable Hydrophobic Metal-Oxide Photocatalysts via Grafitng Polydimethylsiloxane Brush. Adv. Mater. 2017, 29, 1604637.
(26) Cheng, D. F.; Urata, C.; Yagihashi, M.; Hozumi, A. A Statically Oleophobic but Dynamically Oleophilic Smooth Nonperfluorinated Surface. Angew. Chem., Int. Ed. 2012, 51, 2956–2959.
(27) Brittian, W. J.; Minko, S. A Structural Definition of Polymer Brushes. J. Polym. Sci., Part A: Polym. Chem. 2007, 45, 3505–3512.
(28) Taylor, W.; Jones, R. A. L. Producing High-Density High-Molecular-Weight Polymer Brushes by a “Grafting To” Method From a Concentrated Homopolymer Solution. Langmuir 2010, 26, 13954–13958.